## Feature article

# Multi-stimuli responsive amine-containing polyethers: Novel building blocks for smart assemblies 

Zhilong Su, Xuesong Jiang*<br>School of Chemistry \& Chemical Engineering, State Key Laboratory for Metal Matrix Composite Materials, Shanghai Jiao Tong University, Shanghai 200240, People's Republic of China

## A R T I C L E I N F O

## Article history:

Received 30 November 2015
Received in revised form
5 March 2016
Accepted 15 April 2016
Available online 20 April 2016

## Keywords:

Amine-containing polyether
Smart-assemblies
Multi-stimuli response


#### Abstract

Smart assemblies have been widely studied in recent years for their capability to respond to the environment. As a series of building blocks of smart assemblies, multi-stimuli responsive polymers have also attracted a great deal of attention. In this article, notable recent advances in the fields of synthesis and assembly of amine-containing polyethers are summarized. Amine-containing polyethers, which combine the excellent biocompatibility and temperature responsive behaviour of polyethylene glycols with the pH responsive behaviour and ease of functionality of amines, are ideal building blocks for fabricating smart assemblies. 0-D, 1-D, and 2-D smart assemblies have already been obtained from assembly of aminecontaining polyethers, and they show much promise in the areas of disease diagnosis and targeting, drug delivery system, molecular recognition and separation, polymeric templates, and more.


© 2016 Elsevier Ltd. All rights reserved.

## Contents

1. Introduction ..... 221
2. Synthesis of amine-containing polyethers ..... 222
2.1. Chain polymerization ..... 222
2.1.1. Radical polymerization ..... 222
2.1.2. Ionic polymerization ..... 223
2.2. Step polymerization ..... 224
2.2.1. Condensation polymerization ..... 224
2.2.2. Click chemistry ..... 224
2.3. Supramolecular strategy ..... 226
3. Assembles of amine-containing polyethers and their applications ..... 226
3.1. 0-D smart assemblies ..... 226
3.2. 1-D smart assemblies ..... 231
3.3. 2-D smart assemblies ..... 233
4. Conclusion and outlook ..... 235
Acknowledgements ..... 236
References ..... 236

## 1. Introduction

Molecular self-assembly is ubiquitous in nature and daily life

[^0][1]. For example, membranes of living cells are formed by the selfassembly of phospholipids. Scientists and technicians have long recognized the concept of the "bioinspired" assembly approach for building large structures from small objects. Assembly, as a "bot-tom-up" fabrication method, provides simple and low-cost processes to make large-area periodic nanostructures [2-5]. As a part
of assembly, the assembly of polymers has been studied for many decades. Various morphologies including spherical micelles (spheres), lamellae, vesicles, cylindrical micelles (cylinders), nanotubes, and nanosheets have been observed in aqueous solutions [6-12].

Chemical building blocks used for assembly, such as surfactants, polymers, and nanoparticles, can spontaneously assemble into ordered structures [13-15]. In the past decades, assembly has attracted great interest because of its potential use in a diverse range of applications, such as drug delivery, fabrication of nanoproducts, and surface modification. Compared to small-molecule aggregates, polymer assemblies exhibit higher stability and durability due to their advantageous mechanical and physical properties.

Recently, stimuli-responsive polymers have been increasingly adopted for the fabrication of self-assembling architectures, endowing traditional assemblies with the "smart" capability to respond to the environment $[16,17]$. Such smart assemblies are capable of conformational changes and transitions, or in some cases disassembly, upon exposure to an external trigger (e.g., a change in temperature, pH , or chemical composition; irradiation of light; or application of an electrical field), which has aroused tremendous attention and brought to the forefront their potential utility in a broad range of emerging applications [18-23]. Therefore, smart assemblies have attracted considerable attention for their potential application across diverse areas of research spanning biomedicine, biomaterials, microelectronics, photoelectric materials, and catalysis, to name a few.

To fabricate smart assemblies in solution, smart or multiresponsive amphiphilic polymers are required. All of the polymers used for fabricating smart assemble assemblies consist of one or more hydrophobic and hydrophilic parts. Compared with the large number of hydrophobic building blocks available, the most frequently used hydrophilic building blocks are more limited, with popular examples being poly( $N$-isopropylacrylamide) (PNIPAM), polyethylene glycol (PEG, also known as polyethylene oxide (PEO)), poly(hydroxyethyl methacrylate) (HEMA), poly(vinyl pyrrolidone) (PVP), and various amines [14,24,25]. Among them, PEG is one of the most ubiquitous and promising components for assembly [21,26]. PEG is employed as a common component for a wide range of products in the pharmaceutical and cosmetic industries because it exhibits (i) high solubility in water and most organic solvents, (ii) no immunogenicity, antigenicity, or toxicity (also known as "stealth" property), and (iii) high flexibility and hydration of the main chain [27]. On the basis of Davis and Abuchowski's works [28,29] on the covalent conjugation of PEG to pharmaceutical agents, now known as "PEGylation", many possible applications of PEG, ranging from a biocompatible additive for healthcare applications to a powerful drug modification tool, have been developed [30,31]. The consequences of PEGylation permit us to overcome many deficiencies, including increased water solubility of hydrophobic drugs, protection toward degrading enzymes, and reduced immunogenicity and antigenicity [31-33].

A major limitation of PEG is its lack of functional groups. This is especially the case for linear PEGs, which are commonly synthesized via anionic ring-opening polymerization of ethylene oxide or condensation polymerization of ethylene glycol, and possess only one or two hydroxyl groups at the chain ends. Because building blocks of smart assemblies often require tailored functionalities, various efforts have focused on the synthesis of PEGs with different terminal functional groups, including carboxylic acids, amines, thiols, epoxides, and more [32,34]. Various end-groupfunctionalized PEGs are already commercially available, including amine-functional PEGs (e.g., Jeffamines) and epoxy-functional PEGs. Furthermore, various methods have been introduced to
improve the functional group density of the PEGs. One such method is to introduce functional groups to the main chain; another is to develop PEGs with multiple chain-ends (branched, hyperbranched, and dendrimers) [35-37].

Among the many available functional groups, amino groups are perhaps the most widely studied as they possess both interesting pH responsiveness and high reactivity [38-40]. The pH response of amine-containing polymers is caused by the fact that amino groups are deprotonated at higher pH , resulting in a decrease in hydrophilicity. Furthermore, amino groups can react effectively with carboxyl, carbonyl, aldehyde, and epoxy groups. The easy functionalization of amino groups provides a huge platform for further modification. Amine-containing polyethers, which consist of both polyether and amine groups, combine the biocompatibility of polyethers and the high reactivity of amino groups. Frey's group has devoted much attention to and developed a library of aminecontaining polyethers [32,35,41-43]. Furthermore, their multiresponsive behaviour makes these amine-containing polyethers ideal components for smart assemblies [44-46].

The click chemistry between epoxy and amine groups is a robust way to prepare amine-containing polymers. The poly(ether amine) $s$ (PEA) [47-52] developed by our group are a series of amphiphilic polymers synthesized by the click reaction of poly(ethylene glycol) diglycidyl ether and amines. In addition to the previously mentioned advantages, PEAs also benefit from ease of synthesis and tailoring of the polymer structure, and can be functionalized sequentially through the different chemistries of amino and hydroxyl groups. Furthermore, PEA can self-assemble into nanostructured objects having different morphologies in water, which exhibit a sharp response to changes in their environment.

Several recent reviews discuss the building blocks of assembly [16,53,54], but few have focused on amine-containing polyethers. In this feature article, we have reviewed recent advances in the synthesis and assembly of amine-containing polyethers. The combination of amines and polyethers endows the resulting assemblies with biocompatibility, multi-stimuli responsiveness, and easy functionalization. 0-D, 1-D, 2-D smart assemblies have already been obtained via the assembly of amine-containing polyethers, and they show great promise in the areas of dispersion and controlled release of drugs; sensors; templates; and recognition and separation of guest molecules.

## 2. Synthesis of amine-containing polyethers

### 2.1. Chain polymerization

### 2.1.1. Radical polymerization

Free radical polymerization is a widely used method for the synthesis of polymers. The discovery and development of controlled radical polymerization techniques make it possible to control molecular weight preciously and to prepare block copolymers and other polymers having complex architectures. As one of the most extensively studied controlled/living radical polymerizations, atom transfer radical polymerization (ATRP) has been used to obtain many desirable polymers [55]. ATRP has been used to prepare a variety of amine-containing polyethers having different structures, such as grafted copolymers $[56,57]$ and star-shaped polymers [58] based on PEG macroinitiator and DMAEMA. Wang et al. reported a series of amphiphilic block copolymers PEO-b-$\mathrm{P}\left(\mathrm{R}_{1}-r-\mathrm{R}_{2}\right)$ synthesized via ATRP (Fig. 1 ), where CuBr acted as catalyst to activate the carbon -Br bond of a brominated PEO macroinitiator, resulting in reversible deactivation of the propagating macro-radicals [44,59,60]. The obtained copolymers were ultra-pH-sensitive with finely tunable hydrophobicities and $\mathrm{pK}_{\mathrm{a}} \mathrm{s}$.


Fig. 1. Schematic illustration of the synthesis of PEO-b-P(R1-r-R2) and dye-conjugated di-block copolymers. Reproduced with permission from Ref. [60]. Copyright 2011 John Wiley \& Sons.

### 2.1.2. Ionic polymerization

In addition to radical polymerization, ionic ring-opening polymerization is also a powerful strategy for generating aminecontaining polyethers. Lynd et al. copolymerized N,N-diisopropyl ethanolamine glycidyl ether (DEGE) with ethylene oxide (EO) and allyl glycidyl ether (AGE) via anionic ring-opening polymerization to develop physiologically relevant and pH-responsive block copolymers (Fig. 2) [61]. A series of amine containing polyether block copolymers were developed by using amine-terminated mPEG ( $\mathrm{mPEG}_{45}-\mathrm{NH}_{2}$ ) as a macro-initiator for anionic ring-opening polymerization, thus broadening the strategies available for preparing thermo-sensitive copolymers [62-64].

Frey's group [41-43,65,66] has prepared many primary amine functionalized polyethers. The representative anionic ring-opening copolymerization strategy for preparation of these block copolymers is shown in Fig. 3a. During the copolymerization, epoxide monomers and amine-containing epoxide monomers bearing two protecting groups ( $\mathrm{R}_{2}=$ butyl, hexyl, octyl or benzyl) are randomly distributed along the copolymer backbone. The protecting groups must withstand the strongly basic conditions of anionic ringopening polymerization, and can be further removed by catalytic hydrolysis to liberate the primary amino groups. Taking the benzylprotected polymer as an example, Pearlman's catalyst was used to achieve full deprotection of $\mathrm{P}(\mathrm{EG}-\mathrm{co}-\mathrm{DBAG})$ s, resulting in the $\mathrm{P}(\mathrm{EG}-$ co-AG) via the cleaving of N-benzyl groups (Fig. 3b).

Oxyanion-initiated polymerizations have also extended the synthetic methods available for fabrication of diblock copolymers
having different chemical structures, especially for the polymerization of methacrylate derivatives with potassium alkoxide based macro-initiators [67-69]. As shown in Fig. 4, the donor group at the $\beta$-position in the ester moiety of methacrylate monomers can activate alcoholate initiation by chelation with an alkali metal, resulting in an increased nucleophilicity of the oxyanion. Several methacrylate monomers were polymerized using potassium alkoxide as the initiator [70,71].

One of the advantages of oxyanion-initiated polymerization, when compared with traditional anionic polymerization, is that the former does not require strict experimental conditions. Oxyanioninitiated polymerization provides an efficient approach for synthesizing block copolymers with controlled molecular weights and narrow molecular weight distributions, and facilitates the incorporation of polyethers and poly(tertiary amine methacrylate) blocks. Diblock copolymers of PEO-b-DMAEMA [72], ABA triblock copolymers of cationic PDMAEMA(A blocks) and PPO (B blocks) [73], and even a DMAEMA- $b$-PEO-b-PPO- $b$-PEO- $b$-DMAEMA five block polymer [74] were successfully obtained through oxyanioninitiated polymerization. These block copolymers were evaluated as potential polymeric drug delivery systems.

Cationic ring-opening polymerization has also been adopted to obtain amine containing polyethers. Zhang et al. [75] synthesized a series of methoxy poly(ethyleneglycol)-b-poly( $\varepsilon$-caprolactone-co-$\gamma$-dimethyl maleamidic acid- $\varepsilon$-caprolactone) (mPEG-b-P(CL-coDCL), which contained varying amounts of acid-labile $\beta$-carboxylic amides on the polyester backbones, via cationic ring-opening


Fig. 2. Synthesis of PDEGE-b-PEO-b-PDEGE via anionic polymerization. Reproduced with permission from Ref. [61]. Copyright 2013 Royal Society of Chemistry.



Fig. 3. (a) Polymerization strategy of amine-functional polyethers. Reprinted with permission from Ref. [42]. Copyright 2013 American Chemical Society. (b) Typical catalytic hydrolysis reaction where $R_{2}=$ benzyl. Reprinted with permission from Ref. [32]. Copyright 2010 American Chemical Society.


Fig. 4. Synthesis of Polyether-PDMAEMA block copolymer via oxyanion-initiated polymerization at room temperature. Reproduced with permission from Ref. [71] Copyright 1997 John Wiley \& Sons.
polymerization catalysed by stannous octoate. Following hydrolysis of the $\beta$-carboxylic amides, polyethers with primary amino groups were obtained. The primary amino groups can be easily functionalized for further applications.

### 2.2. Step polymerization

### 2.2.1. Condensation polymerization

Condensation polymerizations, an important class of step polymerization, have been used to obtain amine-containing polyethers [76,77]. In one example, Zhang et al. established an approach for the generation of an adipic acid/amine-terminated polyether (D230)/diethylenetriamine copolymer (AA/AT/DE) by the condensation reaction of adipic acid with amine-terminated polyether D230 and diethylenetriamine (Fig. 5) [78]. The obtained AA/AT/DE copolymer showed potential in preventing aggregation of colloidal silica in aqueous solutions.

### 2.2.2. Click chemistry

Several noteworthy methods have been established to obtain amine-containing polyethers which based on click chemistry
including the epoxy-amine [79-81], azide-alkyne [82,83], thiolene [ 83,84 ] and epoxy-thiol [46,85] reactions.

In 2008, we developed a novel family of multi-stimuli responsive poly(ether amine) (PEA) polymers using the epoxy-amine click reaction [48]. Di-epoxy (DE) and amine monomers were copolymerized effectively under reflux conditions in ethanol. Different types of DE and amines can be chosen to design the structure and tune the properties of the resulting PEAs. As shown in Fig. 6, linear [86,87] and graft [47-49,88-92] PEAs can be obtained through click reaction of DE and di-functional amines, while hyperbranched PEAs (hPEA) [51] were achieved by reaction of DE and tri-functional amines using an initial mole ratio of $1: 1$. The peripheries of the hPEAs possess a large amount of reactive amino groups which can be further functionalized by epoxy-containing functional monomers. Additionally, the hydroxyl group generated by the click reaction of epoxy and amine can be further functionalized with carboxyl groups. Taking advantage of the amino and hydroxyl groups available in hPEA, a variety of functional monomers was introduced onto the hPEA backbone through sequential functionalization reactions to achieve the desired properties (Fig. 7) [93-98].


Fig. 5. Synthesis of AA/AT/DE via condensation reaction. Reprinted from Ref. [78], with permission from Elsevier.



Amines


Piperazine

N,N'-DEDA


Alkylamine

Jeffamine



NEED

Fig. 6. One step synthetic route of PEAs under mild conditions via epoxy-amine click reaction, and the structure of Di-epoxy and amines [47-49,51,86,88-92].

Functional Monomers


Fig. 7. Sequential functionalization of hPEAs via epoxy-amine click reaction and esterification, and a list of Functional Monomers [50,52,93-103].

Through this strategy of epoxy-amine click chemistry, Khan creatively introduced "clickable" functional groups onto the backbone of PEA in 2012 [104]. As shown in Fig. 8, the obtained polymers contained up to 4 chemically distinct reactive sites and could
be sequentially modified in the following manners: (1) via quaternisation of amine units in the backbone; (2) via azide-alkyne click chemistry; (3) via thiol-ene click chemistry; and (4) via esterification of hydroxyl groups. The structure and properties of

 Ref. [104]. Copyright 2012 American Chemical Society.
the obtained polymers can easily be tuned to increase the range of possible applications.

### 2.3. Supramolecular strategy

A new strategy based on supramolecular chemistry has enriched the methods available for the preparation of amine-containing polyethers having complex architectures [105-108]. As shown in Fig. 9, Zhu et al. [109] presented a typical example to fabricate supramolecular nanoparticles via host-guest interactions between cyclodextrin (in the form of $\beta$-CD-grafted branched polyethylenimine (PEI-CD)) and adamantane (in the form of ADfunctionalized polyethylene glycol (PEG) derivative, (mPEG-AD), adamantane-functionalized calcein (CA-AD) and AD-functionalized folate (FA-AD)). An advantage of supramolecular strategies is that the mixing ratios of each component can be easily tuned, resulting in the tunable morphologies and performances. The obtained supramolecular assemblies displayed excellent fluorescent properties, improved physiological stability, and long-term systemic circulation times, as well as smart targeting capabilities for cancerspecific delivery.

Naturally, it is a good choice to combine several of the methods mentioned above for fabrication of amine-containing polyethers. Several varieties of amine-containing polyethers have been synthesized by combining ionic ring-opening reactions with click chemistry [110-112], as well as via other combinations [113-115]. As shown in Fig. 10, Zhou and coworkers prepared a series of amphiphilic PEHO-g-PDMAEMAs copolymers with hydrophobic poly(3-ethyl-3-(hydroxymethyl)-oxetane) (PEHO) cores and variable lengths of PDMAEMA arms [116]. PEHO was synthesized via
cationic polymerization, with the degree of branching of PEHO increasing with increasing reaction temperature. Linear, hyperbranched, and dendrimeric PEHO could be obtained by using different reaction temperatures. Finally, PEHO-g-PDMAEMA copolymers were obtained via ATRP of DMAEMA monomers with PEHOs- Br macroinitiators (i.e., 2-bromoisobutyryl bromidemodified PEHOs). These copolymers exhibited good buffering ability, low cytotoxicity and could be used for gene transfection.

## 3. Assembles of amine-containing polyethers and their applications

The assembly of amphiphilic polymers has been thoroughly studied for many decades, and various morphologies have been observed in bulk and in aqueous solutions. Amine-containing polyethers, which exhibit a sharp response to temperature, pH , and ionic strength due to the presence of large amounts of ether groups and amino groups, are ideal components for assembly.

### 3.1. O-D smart assemblies

Linear PEA [48], which is synthesized via epoxy-amine click chemistry of PPG-DE, PEG-DE, and piperazine, exhibits a typical phase transition behaviour of other linear amine-containing polyethers. As shown in Fig. 11b, a sharp phase transition occurs around the cloud point (CP). With increasing PEG content in the PEAs, the phase transition temperature increases. Interestingly, the CPs of PEA micelle solutions form a linear relationship with the PEG content, indicating a well-tunable CP. The tertiary amino groups in the polymer chain, which can be protonated and deprotonated at

 and Adamantane (AD). Reprinted with permission from Ref. [109] Copyright 2012 American Chemical Society.


Fig. 10. The different topological architectures of PEHO-g-PDMAEMA copolymers obtained from combination of cationic polymerization of 3-ethyl-3-hydroxymethyl-oxetane and ATRP of DMAEMA with 2-bromoisobutyryl bromide modified PEHOs. Reproduced from Ref. [116] with permission of the Royal Society of Chemistry.




Fig. 11. Typical response behaviour of amine-containing polyethers. (a) Typical structure of linear PEA and the scheme of response behaviour. (b) The phase transition behaviour of PEA micelle solutions at pH 7.4 . (c) The phase transition behaviour of PEA micelle solutions at different pH values. TEM images of PEA micelles before (d) and after (e) aggregation. Reproduced with permission from Ref. [48]. Copyright 2009 John Wiley \& Sons.
different pH , can also lead to pH responsiveness. As shown in Fig. 11c, for all PEAs, increasing the increasing pH value led to a lower CP. This is caused by the fact that amine groups become less protonated at higher pH , which results in a lower hydrophilicity. As ionic strength has a significant effect on the formation of hydrogen bonds between PEG chains and water molecules, PEAs also exhibited a response to ionic strength.

Smart nanoparticles are widely studied for their potential in pharmaceutical and industrial applications. Gao and co-workers have developed a series of ultrasensitive pH -responsive nanoparticles based on the supramolecular self-assembly of PEO-b-(PR-$r$-DYE) $[44,59,60]$. PR refers to the tertiary amine containing segment, while DYE represents a pH -insensitive fluorophore. As shown in Fig. 12, at higher pH values, neutral PR segments selfassemble into the hydrophobic cores of micelles, thus resulting in the aggregation of fluorophores and quenching of fluorescent
signals through mechanisms of Fluorescence Resonance Energy Transfer (FRET) between DYE molecules and Photoinduced electron Transfer (PeT) from tertiary amines to DYE. At lower pH values, PR segments become protonated and positively charged, thus leading to micelle disassembly and dramatic increase in fluorescence emission owing to the increasing distance between TMR units and the decrease in PeT. By changing the PR segment to adjust the pKa values of ammonium groups, the transitions can be tuned from pH 5.4 to 7.4 accurately. When utilized in-vivo, the stealth properties of PEG can suppress protein adsorption, thus avoiding potential interference by foreign body reactions [32,117]. While reaching the acidic tumours, the polymeric micelles will disassemble, thus emitting strong fluorescence. These nano-assemblies offer many exciting opportunities for diagnostic imaging and drug delivery applications at acidic tumour sites or in specific intracellular organelles upon uptake by targeted cells. As an extension, A-PEGs


Fig. 12. (a) Schematic design of pH -activatable micellar ( pHAM ) nanoprobes and their mechanism of pH -dependent fluorescence emission and quenching. (b) Structures of the PEO-b-(PR-r-TMR) copolymers in the dialkyl and cyclic series. (c) Representative fluorescence images of different nanoprobe solutions at the same polymer concentration but different pH values. Reproduced with permission from Ref. [60]. Copyright 2011 John Wiley \& Sons.
with pH -cleavable linkers such as hydrazone-bonded or oximebonded drugs can release effectively at acidic tumour sites via a pH trigger [118,119]. These efforts have been driven to a large extent by the need to improve biological specificity in diagnosis and therapy through precise spatiotemporal control over agent delivery.

The un-crosslinked micelles may disassemble under extreme conditions, resulting in the early release of encapsulated drugs, which can limit their application in certain conditions. Through creative introduction of trimethoxysilyl (TMS) groups to the side chain of PEA, we achieved the preparation of self-crosslinked micelles (Fig. 13a) [101,120]. Amphiphilic TMS-gPEA copolymers selfassemble in water to form hybrid core-shell nanoparticles, with the hydrophobic PPG and TMS forming the core and the hydrophilic L100 as the shell. The hydrophobic core can be further crosslinked through hydrolysis and condensation of the TMS moieties. Due to the existence of amino groups in TMS-gPEAs, there is no need to add additional catalysts to promote hydrolysis of the TMS moieties. The morphology of obtained hybrid nanoparticles remained intact even in organic solvents such as tetrahydrofuran (THF). The sizes of the nanoparticles were approximately 20 nm with low polydispersity index (PDIs). Interestingly, hybrid nanoparticles of TMSgPEA possessed a great talent in recognizing of guest molecules by virtue of its multi-responsive nature to temperature, pH and ionic strength. As shown in Fig. 13a, when Rose Bengal (RB) and Rhodamine 6G (R6G) were both dissolved in the aqueous phase in the presence of TMS-gPEA nanoparticles, only the RB transferred to the toluene phase with high efficiency while R6G was left in the aqueous phase after heating. The proposed mechanism for separation is illustrated in Fig. 13a(2). The PEA nanoparticles could precipitate from water or transfer to the toluene phase at temperatures higher than the CP due to their thermal responsiveness. RB
encapsulated by the TMS-gPEA nanoparticles could be transferred to toluene phase, while R6G remained behind in the aqueous layer. This smart separation ability was also evaluated for several other dyes and similar phenomena were observed. These results indicated that the TMS-gPEA nanoparticles possessed the unique ability to selectively encapsulate dyes in water.

PEA assemblies can even recognize and separate guest molecules of similar structure [100,101,121]. hPEA microgels were added to mixed solutions of fluorescent dyes having similar structures (Fig. 13b: Fluorescein(FR)/RB, Fig. 13c: Calcein(Cal)/Erythrosin $B(E T B))$. It could be seen with the naked eye that most of the RB precipitated along with the hPEA-mGel (hPEA microgel) after heating and centrifugation; the supernatant was yellow, which is the typical colour of FR (Fig. 13b). A similar phenomenon was found for the Cal/ETB mixture. These experiments proved that the hPEAmGels exhibit strong interactions with ETB and RB, but weak interactions with FR and Cal, even if their respective structures are very similar. To quantify the host-guest interaction between PEA and the dyes, we defined the "distribution coefficient" (K) [101] for partitioning of dyes between hPEA nanoparticles and water, as shown in Eq. (1):
$K=\frac{[D y e]_{N P}}{[D y e]_{a q}}=100 \times \frac{[D y e]_{0}}{[D y e]_{a q}}-99$
where [Dye] $]_{N P}$ is the molar concentration of dye in the PEA nanoparticle, and $[D y e]_{\mathrm{aq}}$ is the molar concentration of dye in the aqueous phase. $K$ values can be calculated for different dyes via UV-vis spectra; several of these $K$ values are summarized in the Ref. [101]. It is easily understood that $K$ can reflect the strength of host-guest interactions between PEA nanoparticle and dyes, with a large value of $K$ implying a strong host-guest interaction, and a low


RB

R6G
RB/R6G







Calcein (Cal)


Fluorescela (FR)


Rose Bengal (RB)

Fig. 13. (a) Chemical structure (1), scheme (2) and photographs of the dye transferring between toluene and water phases at low temperature ((3) (5) (7)) and at high temperature ((4) (6) (8)). Reprinted with permission from Ref. [120] Copyright 2010 American Chemical Society. (b) and (c) Photograph and UV-vis spectrum for separation of dyes having similar structures. Reproduced from Ref. [100] with permission from The Royal Society of Chemistry.
value of $K$ representing a low affinity between the PEA nanoparticles and the dye. Furthermore, based on the $K$ values obtained, the concentration of dye in the supernatant after heating and centrifugation can be calculated [101]. The heating and
centrifugation times necessary to obtain a desired purity of the dyes can then be predicted.

Compared with other crosslinking methods, photocrosslinking possesses the advantage of ease of control. Taking advantage of the
photodimerisation behaviour of coumarins (MC), coumarincontaining PEA (PEA-MC) assemblies could be photocrosslinked [86,99]. After dispersion in water, PEA-MC can self-assemble into nanoparticles with coumarin molecules located in the core. The morphology of the obtained nanoparticles was maintained even in organic solvents after crosslinking via UV irradiation. After heating above the CP , the nanoparticles aggregated to form a unique plum pudding-like microparticle structure. The obtained microparticles can be further photo-crosslinked via the reaction of residual coumarin molecules.

Anthracene (AN), another photodimerizable moiety that is widely studied, also possesses strong fluorescence behaviour. We reported a series of anthracene-containing amphiphilic hyperbranched poly(ether amine)s (hPEA-ANs), which was synthesized by introducing anthracene moieties into the periphery of hPEA through a nucleophilic addition/ring-opening reaction between the epoxy and amino groups [52]. Amphiphilic hPEA-AN could selfassemble into polymer particles in aqueous solution, wherein the hydrophobic anthracene moieties and PPG chains formed the core and the hydrophilic PEG chains formed the shell. The core of the obtained hPEA-AN particles was further crosslinked through photodimerisation of the anthracene moieties, while residual unreacted anthracene moieties rendered the core crosslinked hPEA-AN particles fluorescent. The size of assemblies, as well as the fluorescence intensity, decreased with the increasing temperature and pH . These phenomena can be ascribed to the fluorescence of anthracene being quenched by tertiary amine groups, and the fluorescence quenching effect being weakened when the amino groups are protonated or restricted. Another interesting phenomenon observed was the decrease in the fluorescence emission intensity of the particles in response to loading of Methyl Orange (MO). The quenching of fluorescence may be attributed to FRET between the dye molecules. Such phenomena can be utilized to trace the release of guest molecules.

The photoresponsive behaviour of assemblies have also been enthusiastically studied. Azobenzene is a suitable photo responsive molecule which can influence the polarity within a polymer upon light irradiation in a reversible manner [22,23]. For this reason, the azobenzene plays an important role in light-responsive polymers [54,122,123]. Through introduction of azobenzene groups into the periphery of hyperbranched poly(ether amine)s, amphiphilic azobenzene-containing hPEA (hPEA-AZOs) was obtained by our group [50]. The residual amines in the periphery of hPEA were easily modified with epoxy-functionalized azobenzenes via click chemistry. hPEA-AZOs could be directly dispersed in water to form photoresponsive polymer nanoparticles (Fig. 14). Because the isomerization of azobenzene is accompanied by a change in the dipole moment of the molecule, the CP of the hPEA-AZO nanoparticles changed upon irradiation with UV light. The polarity change may strongly influence the amphiphilicity and the CP of the assemblies, which affects their final properties [124]. However, unlike single molecules of AZO in water, the CP decreased after irradiation using 365 nm light. Usually, the cis-form of azobenzene is much more polar than the trans-form, resulting in a higher hydrophilicity and CP. However, The CP of hPEA-AZO nanoparticles decreased by more than $5^{\circ} \mathrm{C}$ after irradiation. This may be ascribed to the fact that hPEA-AZOs are dispersed as nanoparticles instead of as single polymer chains in water. Accordingly, light-induced aggregation of hPEA-AZO nanoparticles was also feasible within the temperature range between the CP-cis (cis-form, after UV irradiation) and CP-trans (trans-form, before irradiation). As shown in Fig. 15, transparent hPEA-AZO solution turned turbid after 300 s of irradiation.

The co-assembly of amphiphilic polymers and inorganic components has also been widely used to fabricate hybrid materials
which combine the unique physical properties of inorganic components with the excellent processability of polymers. By changing the feed ratio or the co-assembly method, the morphology of coassemblies and the location of inorganic components within a polymer matrix can be easily tuned [125-127]. Generally, the interaction between two components plays an important role in coassembly. Motivated by the strong $\pi-\pi$ conjugation of AN moieties, we fabricated core-shell microspheres (CSM) through the coassembly of amphiphilic hPEA-AN and POSS-AN (Fig. 15a) [128]. POSS-AN was synthesized by introducing eight anthracene groups to the periphery of octa-amino POSS. The obtained assemblies were found to have a core-shell structure with low PDI (Fig. 15b), wherein hPEA-AN comprised the hydrophilic shell and POSS-AN formed the core. The size of the obtained CSMs was uniform and could be tuned from 616 to 930 nm by increasing the feed ratio of hPEA-AN and POSS-AN.

Further studies [129] have shown that AN-POSS can be dispersed in polymer matrix of hPEA-AN on the molecular scale, although the obtained core-shell microspheres (CSMs) exhibited a microphase-separated structure. In other words, the CSMs are thermodynamically unstable and can transfer to a homogenous structure under certain conditions. Thus, we made the assumption that, upon thermal annealing at a temperature higher than the melting point of POSS-AN, the microphase-separated core-shell structure may spontaneously undergo a transition to a more stable homogeneous structure with a change of distribution of POSS NPs (Fig. 15c). After heating above the melting point of POSS-AN, migration began. The migration is a typical heat-induced diffusion, and can be verified by TEM (Fig. 15d) and simulated by both Fick's law and DPD. Furthermore, the existence of AN can allow the assemblies to crosslink, thus locking in the transition state during the annealing process and preventing disassembly in organic solvents. Thus, control over the distribution of the hybrid content in the assemblies was successfully achieved in this manner. Generally, for a phase-separated system with two compatible components, this process can be used to fabricate hybrid materials with controlled location of nanoparticles in micro-assemblies, including that of core-shell spheres and other heterogeneous structures that are kinetically trapped. The location of nanoparticles within hybrid assemblies greatly affects their properties. This concept for the dynamical control of nanoparticle location by diffusion can provide new guidelines for the design and preparation of hybrid coassemblies with desired functions and properties.

Polymer vesicles have attracted increased attention because of their low permeability, superior stability and toughness, in addition to the numerous possibilities for tailoring physical, chemical and biological properties [9]. Fortunately, polymeric vesicles can be obtained by dispersing CSMs into a hydrofluoric acid (HF)/THF solution. After treatment with HF, the hydrophobic POSS core was removed and polymeric hollow microspheres (PHMs) were obtained (Fig. 15b). The PHMs were responsive to temperature and pH , and could be used to capture and controlled release of model molecules.

Co-assembly of amphiphilic polymers and inorganic compounds is also an effective way to produce vesicles (Fig. 16) [130]. Amphiphilic acrylated graft poly(ether amine) and octamercaptopropyl polyhedral oligomeric silsesquioxane (POSS-SH) were chosen as the building blocks to fabricate the hybrid vesicles. After coassembly in water, the vesicles were crosslinked through effective thiol-ene click reactions. The obtained hybrid vesicles were responsive to temperature, and could be used to control the dispersion of both hydrophilic and hydrophobic dyes in water (Fig. 16e).

In addition to responsive behaviour, the uniform structure, large amount of amino groups, and well dispersibility of amine-


Fig. 14. Mechanism of the light response of hPEA211-AZO in aqueous solution. Reprinted with permission from Ref. [50] Copyright 2010 American Chemical Society.
contenting polyether makes them ideal templates for inorganic materials. Nakashima and co-workers developed an effective way to synthesize porous hollow nanospheres using soft templates of polymeric micelles formed by an amine-containing polyether [131,132]. As shown in Fig. 17, the asymmetric ABC tri-block polymer poly(styrene-b-[3-(methacryloylamine)propyl] trimethy-lammoniumchloride-b-ethylene oxide) (PS-PMAPTAC-PEO) selfassembled in water to form core-shell-corona micelles. The hydrophobic PS segment formed the core and the hydrophilic PEO segment formed the corona, while the amine-containing block formed the shell. The existence of a large amount of amines in the shell makes these particles an ideal template for producing inorganic materials. The cationic shell attracted the anionic precursors tetramethoxysilane (TMOS), $\mathrm{WO}_{4}^{2-}$ and $\mathrm{MoO}_{4}^{2-}$ effectively through electrostatic interaction while the PS core and PEO corona cannot. After calcination at $500^{\circ} \mathrm{C}$ for 4 h in air, the polymeric template was removed. TEM images of the resulting material confirmed the formation of highly uniform hollow particles. Such nanometer-sized hollow capsules constitute an important class of materials that are employed in diverse technological applications, ranging from drug delivery systems to lightweight composite materials.

### 3.2. 1-D smart assemblies

High dimensional smart assemblies such as 1-D or 2-D assemblies have attracted much attention for their unique sizedependent electronic and optical properties. Usually, it is not easy to prepare high dimensional smart assemblies due to the difficulty of restricting assembly in one or two dimensions. Crystallizationdriven assembly is an effective way to prepare high dimensional smart assemblies.

1D nanostructures of fullerene can be prepared by solvent evaporation [133] and liquid-liquid interfacial precipitation (LLIP) [134]. The poor solubility and instability of $\mathrm{C}_{60}$ nanostructures, however, limit their applications, especially in aqueous solutions. To obtain water-soluble nanostructures containing $\mathrm{C}_{60}$, much effort has been focused on modifying $\mathrm{C}_{60}$ derivatives with hydrophilic groups or polymeric chains. We demonstrated a simple and robust way to fabricate photocrosslinked supramolecular nanorods based on the co-assembly of two components: hPEA-AN and pristine $\mathrm{C}_{60}$ [135]. The whole process can be divided into two steps: formation of 1-D fullerene nanorods covered with single layer of hPEA-AN, and assembly of aforementioned nanorods and hPEA-AN
(Fig. 18e). Fullerene and AN can undergo dynamic $\pi-\pi$ interactions, thus the introduction of hPEA-AN will not restrict the formation of the fullerene nanorods. After crosslinking of the AN moiety, amphiphilic nanorods were finally obtained (Fig. 18a-c). The diameter of the nanorods can be tuned from 50 to 90 nm by simply increasing the $\mathrm{C}_{60}$ content. It should be highlighted that besides the common temperature-induced aggregation of assemblies, the 1-D assemblies exhibited interesting temperatureenhanced fluorescence (Fig. 18d). Further study based on quantum yield and lifetime measurements indicate that the fluorescence lifetime of the assemblies becomes shorter at higher temperatures, while the fluorescent quantum yield increased with increasing temperature. The abnormal temperature-dependent fluorescence behaviour can be explained as follows: the charge transfer complex (CTC) of AN and fullerene tends to decompose at higher temperature, resulting in an increased number of excited AN. As a result, the fluorescence was enhanced in response to increasing temperature. Such properties make these materials useful for potential applications as fluorescence probes and sensors.

Another interesting example deserves to be mentioned here is an amine-containing polythioether. The thiol-ene click chemistry used here has proven to be an extremely effective and versatile approach for functionalization of allyl groups [83]. Zhou et al. developed a novel alternating copolymer through the click reaction of a dithiol and di-epoxide. This strategy provided an effective way to introduce functional groups (e.g., amine groups, carboxyl groups or peptides) into the nanotubes resulting from the self-assembly of the obtained amphiphilic alternating copolymers [46]. The amphiphilic polymer poly(2,3-dihydroxy butylene-alt-butylene dithioether) ( $\mathrm{P}(\mathrm{DHB}-\mathrm{a}-\mathrm{BDT}$ ) could self-assemble into straight nanotubes (Fig. 19a, b). The diameters of the tubes were approximately 25-35 nm, with a 1.2 nm periodic layer, according to both XRD and AFM analyses. Differential scanning calorimetry (DSC) data suggested that a crystalline structure exists in the as-prepared nanotubes with a melting point of $52.3^{\circ} \mathrm{C}$, which can be attributed to the highly ordered packing of alkyl chains in the nanotubes. Functionalized nanotubes could also be prepared through self-assembly of functionalized derivatives via the introduction of carboxyl groups, amine groups, or peptides onto the copolymers using click copolymerization (Fig. 19c-f). Overall, the chemistry provides a facile method to construct well-defined nanostructures with tunable surface functionalities.


Fig. 15. (a) Scheme for co-assembly of hPEA-AN and POSS-AN; (b) typical morphologies of the obtained CSMs and PHMs; (c) scheme for the thermal annealing of CSMs; (d) TEM tracing of thermal annealing. (a) and (b) were reprinted with permission from Ref. [128] Copyright 2013 American Chemical Society. (c) and (d) were reproduced from Ref. [129] with permission of The Royal Society of Chemistry.


Fig. 16. (a)-(c) SEM image of the obtained vesicles; (d) scheme for the co-assembly of A-PEA and POSS-SH and its morphology; (e) photograph showing encapsulation of dyes: RB in toluene before (1), and after (2) addition of vesicles at room temperature; NR in water before (3), after (4) addition of vesicles at room temperature, and (5) heating to high temperature ( $75^{\circ} \mathrm{C}$ ); hydrophilic RB in water before (6), after (7) addition of vesicles at room temperature, and (8) heating to high temperature ( $75{ }^{\circ} \mathrm{C}$ ). Reproduced from Ref. [130] with permission of The Royal Society of Chemistry.


Fig. 17. Synthetic scheme for the preparation of inorganic hollow spheres using aminecontaining polyethers. Reproduced from Ref. [131] with permission of The Royal Society of Chemistry.

### 3.3. 2-D smart assemblies

2D nanosheets are also of great interest for their excellent optical, electrical, and magnetic properties [136-138]. As a result, development of efficient and universal methods to prepare nanosheets with a large length-to-thickness ratio remains an urgent challenge. We introduced hydrophobic heptaisobutyl polyhedral oligomeric silsesquioxane (POSS) groups into the periphery of hydrophilic hPEA, and the resulting polymer can self-assemble into square-shaped hybrid nanosheets in water (Fig. 21) [102]. TEM and AFM images revealed that the average edge length and thickness of the hybrid nanosheets was $1.2 \pm 0.2 \mu \mathrm{~m}$ and $4.5 \pm 0.5 \mathrm{~nm}$, respectively. The crystallization of POSS moieties plays an important role in the formation of the nanosheets, and crosslinking through dimerization of the anthracene moieties in the middle layer of the nanosheets makes the nanosheets more stable. The formation mechanism of the nanosheets is shown in Fig. 20. As water is added to a dioxane solution of HP1, the solvent becomes progressively poorer for the POSS and AN moieties. When the water content reaches a critical value, two HP1 molecules might assemble together by crystallization-driven aggregation of POSS as a result of

 hPEA-AN and $C_{60}$. Reprinted with permission from Ref. [135] Copyright 2013 American Chemical Society.


Fig. 19. (a) Typical morphology of $P(D H B-a-B D T)$ nanotubes, (b) cross section of $P(D H B-a-B D T)$ nanotubes, and (c) scheme for self-assembly of $P(D H B-a-B D T)$ and its derivatives; (d),(e),(f), representative TEM imaging of amine-NTs, carboxyl-NTs, and pepto-NTs, respectively. Reproduce with permission from Ref. [46] Copyright 2015 John Wiley \& Sons.
the lower solubility of the POSS moieties in water compared with
the hydrophilic hPEA chains. Meanwhile, hPEA chains are extended


Fig. 20. Scheme for the preparation of polymeric nanosheets and its 2D epitaxial living growth behaviour. Adapted with permission from Ref. [102]. Copyright 2012 American Chemical Society. Adapted with permission from Ref. [139]. Copyright 2014 American Chemical Society.
to the opposite side in the z-axis direction, and "dual pyramid"-like structures could be formed. As the end of the hydrophilic hPEA in HP1 is fixed by the aggregation of POSS, the movement of the PEG chains is also restricted and cannot fully cover the hydrophobic POSS aggregations from all directions. Consequently, the hydrophobic area of POSS and AN exposed at the middle of the "dual pyramid"-like structure can lead to further aggregation along the $x$ axis and $y$-axis directions through the crystallization-driven aggregation of POSS and $\pi-\pi$ stacking aggregation of AN, resulting in the formation of nanosheets. The nanosheets are composed of three layers like a sandwich; the hydrophobic POSS and AN moieties form the hydrophobic inner layer of the nanosheets, while the hydrophilic hPEA forms the outer layer that is in contact with the water. Several different functional groups such as anthracene, pyrene, naphthalene, and ferrocene can be introduced into the obtained nanosheets by self-assembly of the corresponding POSScapped hPEA. The obtained hybrid nanosheets exhibited responses to multiple stimuli such as temperature and pH . The fluorescence of the hybrid nanosheets decreased with increasing temperature and pH . This work successfully incorporated functionality into the 2D structures. The ability to spatially isolate functionality in 2D is a very attractive target.

As hPEA nanosheets are formed through the crystallization of POSS moieties, we also prepared nanosheets using POSS-capped hPEA by adding water as a selective solvent to a unimer solution in 1,4-dioxane (Fig. 20). These nanosheets are formed by living crystallization-driven 2D self-assembly of the POSS capped hPEAs [139]. As a result, these nanosheets could be fragmented after melting of the POSS moieties upon heating, and regenerated after the recrystallization of the POSS moieties. Using fragments of the nanosheets as seeds for further growth, 2D nanosheets with a low polydispersity and a tunable edge length of $0.5-4.5 \mu \mathrm{~m}$ could be formed, with the size of the obtained nanosheets being dependent on the unimer-to-seed ratio. Also shown in Fig. 20, square nanosheets with tunable sizes were progressively formed by crystallization-driven aggregation of HP1 molecules from the x-axis and y-axis directions when the HP1 unimers in the solution attached to and epitaxially grew on the active POSS moieties in the middle-layer of the HP1 seeds. Meanwhile, mixed functionality nanosheets could also be prepared through the random cocrystallization of hPEA capped with POSS bearing different functional groups (e.g., anthracene and ferrocene). The 2D selfassembly of POSS-capped hPEA provides a new method to fabricate polymer nanosheets with tunable size and functionality.

Due to the presence of amine groups, hPEA nanosheets can act as a platform for metal nanoparticles [103,140]. These POSS-capped hPEA nanosheets decorated with metal nanoparticles are also responsive to temperature, pH , and ionic strength. Metal nanoparticles can be aggregated with the nanosheets at higher temperature, pH , or ionic strength. POSS-capped hPEA nanosheets also possess the ability to transfer reversibly between water and toluene when these parameters are altered. Gold nanoparticles can be reversibly transferred to the toluene phase with the POSS-capped hPEA nanosheets at higher temperature, pH , or ionic strength. The ultra-thin thickness of hPEA-NSs might decrease the attachment energy when they cross the oil-water interface, leading to the reversible phase transfer.
hPEA nanosheets can also be used as templates to prepare inorganic nanosheets (Fig. 21) [140]. The obtained nanosheets possess a large aspect ratio with an average edge length of $1-2 \mathrm{~mm}$ and thickness of $\sim 40 \mathrm{~nm}$. Various metal nanoparticles such as gold, silver, and platinum could further be embedded into these nanosheets using the hPEA nanosheets decorated with the corresponding nanoparticles as templates. These nanosheets possess a sandwich-like structure, which is comprised of amorphous $\mathrm{SiO}_{2}$ as the inner layer, and anatase $\mathrm{TiO}_{2}$ as the outer layer. The obtained nanosheets were mesoporous with a high surface area $\left(\sim 429 \mathrm{~m}^{2} \mathrm{~g}^{-1}\right)$, and the $\mathrm{SiO}_{2}$ inner layer could be removed by chemical etching with NaOH solution to obtain anatase $\mathrm{TiO}_{2}$ nanosheet-like boxes embedded with gold nanoparticles (AuNPs). The photodegradation of Methyl Orange (MO) by the obtained nanosheets could be enhanced by embedding AuNPs, owing to the localized surface plasmon resonance (LSPR) effect of the AuNPs. The preparation of a silica/titania mesoporous nanosheets using hPEANS as the template should provide a convenient and general method to produce various square-shaped inorganic mesoporous nanosheets.

## 4. Conclusion and outlook

The combination of amines and polyethers endows the assemblies of amine-containing polyethers with the "smart" abilities of stealth properties, multi-responsiveness, and ease of functionalization. The PEG content endows the smart assemblies with excellent biocompatibility and temperature responsive behaviour, while the amine content provides the pH responsive behaviour. Furthermore, the amine groups can be further modified to obtain desired functionalities and properties.


Fig. 21. (a) The strategy for preparing inorganic nanosheets using hPEA nanosheets as a template. (b) Typical morphology of $\mathrm{Au} / \mathrm{SiO}_{2}$ nanosheets; (c) Typical morphology of $\mathrm{Au} /$ $\mathrm{SiO}_{2 /} \mathrm{TiO}_{2}$ nanosheets; (d) TEM images and EDS mapping of a section of a $\mathrm{Au} / \mathrm{SiO}_{2} / \mathrm{TiO}_{2}$ nanosheet. Reproduced from Ref. [140] with permission of The Royal Society of Chemistry.

As one type of amine-containing polyether, the PEAs are synthesized via the robust click reactions of di-epoxy and amines. The structures and properties of PEAs can be tuned by using different di-epoxy and amines. The obtained PEAs can be further functionalized with epoxy-containing functional monomers or carboxylcontaining functional monomers, making these materials preferable for fabricating smart assemblies. Smart assemblies with 0-D, 1D, and 2-D morphologies have already been prepared via the assembly of functionalized PEAs. The obtained assemblies are responsive to external stimuli such as temperature, pH , light, and more. The as-prepared PEA assemblies also exhibit intelligence in recognition and separation of guest molecules even with similar structures. It is also worth noting that 2-D polymeric nanosheets with living growth characteristics and tunable sizes, which are rarely reported, can be prepared using PEA-based polymers.

Smart assemblies hold promise for fabrication of functional materials with tailored structures and functionalities. However, the building blocks for fabricating smart assemblies remains an outstanding challenge. Amine-containing polyethers, which take advantage of the excellent biocompatibility and temperature responsive behaviour of PEG with the pH responsive behaviour and ease of functionality of amines, could pave way for the widespread application of smart assemblies.

## Acknowledgements

The authors thank the National Basic Research Program (2013CB834506), National Natural Science Foundation of China (21274088, 51373098, and 21522403) for their financial support.

## References

[1] G.M. Whitesides, B. Grzybowski, Self-assembly at all scales, Science 295 (2002) 2418-2421.
[2] Y. Lin, A. Boker, J. He, K. Sill, H. Xiang, C. Abetz, X. Li, J. Wang, T. Emrick, S. Long, Q. Wang, A. Balazs, T.P. Russell, Self-directed self-assembly of nanoparticle/copolymer mixtures, Nature 434 (2005) 55-59.
[3] M. Grzelczak, J. Vermant, E.M. Furst, L.M. Liz-Marzán, Directed self-assembly of nanoparticles, ACS Nano 4 (2010) 3591-3605.
[4] B.A. Grzybowski, C.E. Wilmer, J. Kim, K.P. Browne, K.J.M. Bishop, Self-assembly: from crystals to cells, Soft Matter 5 (2009) 1110-1128.
[5] L. Wang, J. Lin, X. Zhang, Hierarchical microstructures self-assembled from polymer systems, Polymer 54 (2013) 3427-3442.
[6] J. Wang, W. Li, J. Zhu, Encapsulation of inorganic nanoparticles into block copolymer micellar aggregates: strategies and precise localization of nanoparticles, Polymer 55 (2014) 1079-1096.
[7] H. Yoon, E.J. Dell, J.L. Freyer, L.M. Campos, W.-D. Jang, Polymeric supramolecular assemblies based on multivalent ionic interactions for biomedical applications, Polymer 55 (2014) 453-464.
[8] J.J. Crassous, P. Schurtenberger, M. Ballauff, A.M. Mihut, Design of block copolymer micelles via crystallization, Polymer 62 (2015) A1-A13.
[9] W. Jiang, Y. Zhou, D. Yan, Hyperbranched polymer vesicles: from self-
assembly, characterization, mechanisms, and properties to applications, Chem. Soc. Rev. 44 (2015) 3874-3889.
[10] Y. Mai, A. Eisenberg, Self-assembly of block copolymers, Chem. Soc. Rev. 41 (2012) 5969-5985.
[11] Y. Zhao, F. Sakai, L. Su, Y.J. Liu, K.C. Wei, G.S. Chen, M. Jiang, Progressive macromolecular self-assembly: from biomimetic chemistry to bio-inspired materials, Adv. Mater. 25 (2013) 5215-5256.
[12] D.E. Discher, A. Eisenberg, Polymer vesicles, Science 297 (2002) 967-973.
[13] K.K. Zhang, M. Jiang, D.Y. Chen, Self-assembly of particles the regulatory role of particle flexibility, Prog. Polym. Sci. 37 (2012) 445-486.
[14] C. Wang, Z.Q. Wang, X. Zhang, Amphiphilic building blocks for self-assembly: from amphiphiles to supra-amphiphiles, Acc. Chem. Res. 45 (2012) 608-618.
[15] M.C. Daniel, D. Astruc, Gold nanoparticles: assembly, supramolecular chemistry, quantum-size-related properties, and applications toward biology, catalysis, and nanotechnology, Chem. Rev. 104 (2004) 293-346.
[16] M.A.C. Stuart, W.T.S. Huck, J. Genzer, M. Muller, C. Ober, M. Stamm, G.B. Sukhorukov, I. Szleifer, V.V. Tsukruk, M. Urban, F. Winnik, S. Zauscher, I. Luzinov, S. Minko, Emerging applications of stimuli-responsive polymer materials, Nat. Mater. 9 (2010) 101-113.
[17] P. Schattling, F.D. Jochum, P. Theato, Multi-stimuli responsive polymers - the all-in-one talents, Polym. Chem. 5 (2014) 25-36.
[18] J.M. Hu, G.Q. Zhang, S.Y. Liu, Enzyme-responsive polymeric assemblies, nanoparticles and hydrogels, Chem. Soc. Rev. 41 (2012) 5933-5949.
[19] M. Motornov, Y. Roiter, I. Tokarev, S. Minko, Stimuli-responsive nanoparticles, nanogels and capsules for integrated multifunctional intelligent systems, Prog. Polym. Sci. 35 (2010) 174-211.
[20] S. Binauld, M.H. Stenzel, Acid-degradable polymers for drug delivery: a decade of innovation, Chem. Commun. 49 (2013) 2082-2102.
[21] B.L. Wang, R.J. Ma, G. Liu, Y. Li, X.J. Liu, Y.L. An, L.Q. Shi, Glucose-responsive micelles from self-assembly of poly(ethylene glycol)-b-poly(acrylic acid-coacrylamidophenylboronic acid) and the controlled release of insulin, Langmuir 25 (2009) 12522-12528.
[22] J.F. Gohy, Y. Zhao, Photo-responsive block copolymer micelles: design and behavior, Chem. Soc. Rev. 42 (2013) 7117-7129.
[23] J.Q. Jiang, X. Tong, D. Morris, Y. Zhao, Toward photocontrolled release using light-dissociable block copolymer micelles, Macromolecules 39 (2006) 4633-4640.
[24] H. Wei, S.-X. Cheng, X.-Z. Zhang, R.-X. Zhuo, Thermo-sensitive polymeric micelles based on poly(N-isopropylacrylamide) as drug carriers, Prog. Polym. Sci. 34 (2009) 893-910.
[25] S.G. Jang, E.J. Kramer, C.J. Hawker, Controlled supramolecular assembly of micelle-like gold nanoparticles in Ps-B-P2vp diblock copolymers via hydrogen bonding, J. Am. Chem. Soc. 133 (2011) 16986-16996.
[26] U. Borchert, U. Lipprandt, M. Bilang, A. Kimpfler, A. Rank, R. Peschka-Süss, R. Schubert, P. Lindner, S. Förster, Ph-induced release from P2vp-Peo block copolymer vesicles, Langmuir 22 (2006) 5843-5847.
[27] K. Knop, R. Hoogenboom, D. Fischer, U.S. Schubert, Poly(Ethylene Glycol) in drug delivery: pros and cons as well as potential alternatives, Angew. Chem. Int. Ed. 49 (2010) 6288-6308.
[28] A. Abuchowski, J.R. McCoy, N.C. Palczuk, T. van Es, F.F. Davis, Effect of covalent attachment of polyethylene glycol on immunogenicity and circulating life of bovine liver catalase, J. Biol. Chem. 252 (1977) 3582-3586.
[29] A. Abuchowski, T. van Es, N.C. Palczuk, F.F. Davis, Alteration of immunological properties of bovine serum albumin by covalent attachment of polyethylene glycol, J. Biol. Chem. 252 (1977) 3578-3581.
[30] F.M. Veronese, G. Pasut, Pegylation, successful approach to drug delivery, Drug Discov. Today 10 (2005) 1451-1458.
[31] J.V. Jokerst, T. Lobovkina, R.N. Zare, S.S. Gambhir, Nanoparticle pegylation for imaging and therapy, Nanomedicine 6 (2011) 715-728.
[32] B. Obermeier, F. Wurm, H. Frey, Amino functional poly(ethylene glycol) copolymers via protected amino glycidol, Macromolecules 43 (2010) 2244-2251.
[33] J.M. Harris, R.B. Chess, Effect of pegylation on pharmaceuticals, Nat. Rev. Drug Discov. 2 (2003) 214-221.
[34] G. Pasut, F.M. Veronese, Polymer-drug conjugation, recent achievements and general strategies, Prog. Polym. Sci. 32 (2007) 933-961.
[35] C. Schüll, H. Frey, Grafting of hyperbranched polymers: from unusual complex polymer topologies to multivalent surface functionalization, Polymer 54 (2013) 5443-5455.
[36] Z. Jia, H. Chen, X. Zhu, D. Yan, Backbone-thermoresponsive hyperbranched polyethers, J. Am. Chem. Soc. 128 (2006) 8144-8145.
[37] C.J. Hawker, F. Chu, P.J. Pomery, D.J.T. Hill, Hyperbranched poly(ethylene glycol)s: a new class of ion-conducting materials, Macromolecules 29 (1996) 3831-3838.
[38] J.M. Hu, G.Y. Zhang, Z.S. Ge, S.Y. Liu, Stimuli-responsive tertiary amine methacrylate-based block copolymers: synthesis, supramolecular selfassembly and functional applications, Prog. Polym. Sci. 39 (2014) 1096-1143.
[39] W. Gao, J.M. Chan, O.C. Farokhzad, Ph-responsive nanoparticles for drug delivery, Mol. Pharm. 7 (2010) 1913-1920.
[40] J. Hu, G. Zhang, Z. Ge, S. Liu, Stimuli-responsive tertiary amine methacrylatebased block copolymers: synthesis, supramolecular self-assembly and functional applications, Prog. Polym. Sci. 39 (2014) 1096-1143.
[41] D. Kurzbach, V.S. Wilms, H. Frey, D. Hinderberger, Impact of Aminofunctionalization on the response of poly(ethylene glycol) (Peg) to external stimuli, ACS Macro Lett. 2 (2013) 128-131.
[42] J. Herzberger, D. Kurzbach, M. Werre, K. Fischer, D. Hinderberger, H. Frey, stimuli-responsive tertiary amine functional pegs based on N,N-dialkylglycidylamines, Macromolecules 47 (2014) 7679-7690.
[43] C. Mangold, F. Wurm, B. Obermeier, H. Frey, "Functional poly(ethylene glycol)": peg-based random copolymers with 1,2-diol side chains and terminal amino functionality, Macromolecules 43 (2010) 8511-8518.
[44] C. Wang, Y. Wang, Y. Li, B. Bodemann, T. Zhao, X. Ma, G. Huang, Z. Hu, R.J. DeBerardinis, M.A. White, J. Gao, A nanobuffer reporter library for finescale imaging and perturbation of endocytic organelles, Nat. Commun. 6 (2015).
[45] W. Liu, A.B. Greytak, J. Lee, C.R. Wong, J. Park, L.F. Marshall, W. Jiang, P.N. Curtin, A.Y. Ting, D.G. Nocera, D. Fukumura, R.K. Jain, M.G. Bawendi, Compact biocompatible quantum dots via raft-mediated synthesis of imidazole-based random copolymer ligand, J. Am. Chem. Soc. 132 (2010) 472-483.
[46] J.X. Chen, C.Y. Yu, Z.Q. Shi, S.R. Yu, Z.Y. Lu, W.F. Jiang, M. Zhang, W. He, Y.F. Zhou, D.Y. Yan, Ultrathin alternating copolymer nanotubes with readily tunable surface functionalities, Angew. Chem. Int. Ed. 54 (2015) 3621-3625.
[47] Y. Ren, X. Jiang, R. Liu, J. Yin, multistimuli responsive grafted poly(ether tertamine) (gpea): synthesis, characterization and controlled morphology in aqueous solution, J. Polym. Sci. A Pol. Chem. 47 (2009) 6353-6361.
[48] Y. Ren, X. Jiang, J. Yin, Poly(ether tert-amine): a novel family of multiresponsive polymer, J. Polym. Sci. A Pol. Chem. 47 (2009) 1292-1297.
[49] Y. Ren, X. Jiang, G. Yin, J. Yin, Multistimuli responsive amphiphilic graft poly(ether amine): synthesis, characterization, and self-assembly in aqueous solution, J. Polym. Sci. A Pol. Chem. 48 (2010) 327-335.
[50] B. Yu, X. Jiang, R. Wang, J. Yin, Multistimuli responsive polymer nanoparticles on the basis of the amphiphilic azobenzene-contained hyperbranched poly(ether amine) (hPEA-Azo), Macromolecules 43 (2010) 10457-10465.
[51] B. Yu, X. Jiang, G. Yin, J. Yin, Multistimuli-responsive hyperbranched poly(ether amine)s, J. Polym. Sci. A Pol. Chem. 48 (2010) 4252-4261.
[52] B. Yu, X. Jiang, J. Yin, Responsive fluorescent core-crosslinked polymer particles based on the anthracene-containing hyperbranched poly(ether amine) (hPEA-an), Soft Matter 7 (2011) 6853-6862.
[53] X. Wang, G. Guerin, H. Wang, Y. Wang, I. Manners, M.A. Winnik, Cylindrical block copolymer micelles and co-micelles of controlled length and architecture, Science 317 (2007) 644-647.
[54] F.D. Jochum, P. Theato, Temperature- and light-responsive smart polymer materials, Chem. Soc. Rev. 42 (2013) 7468-7483.
[55] J.-S. Wang, K. Matyjaszewski, Controlled/"living" radical polymerization. atom transfer radical polymerization in the presence of transition-metal complexes, J. Am. Chem. Soc. 117 (1995) 5614-5615.
[56] J.F. Tan, P. Ravi, H.P. Too, T.A. Hatton, K.C. Tam, Association behavior of biotinylated and non-biotinylated poly(ethylene oxide)-b-poly(2(diethylamino)ethyl methacrylate), Biomacromolecules 6 (2005) 498-506.
[57] S. Lin, F. Du, Y. Wang, S. Ji, D. Liang, L. Yu, Z. Li, An Acid-labile block copolymer of pdmaema and peg as potential carrier for intelligent gene delivery systems, Biomacromolecules 9 (2008) 109-115.
[58] E. He, P. Ravi, K.C. Tam, Synthesis and self-assembly behavior of four-arm poly(ethylene oxide)-b-poly(2-(diethylamino)ethyl methacrylate) star block copolymer in salt solutions, Langmuir 23 (2007) 2382-2388.
[59] K. Zhou, H. Liu, S. Zhang, X. Huang, Y. Wang, G. Huang, B.D. Sumer, J. Gao, Multicolored pH -tunable and activatable fluorescence nanoplatform responsive to physiologic pH stimuli, J. Am. Chem. Soc. 134 (2012) 7803-7811.
[60] K. Zhou, Y. Wang, X. Huang, K. Luby-Phelps, B.D. Sumer, J. Gao, Tunable, ultrasensitive pH -responsive nanoparticles targeting specific endocytic organelles in living cells, Angew. Chem. Int. Ed. 50 (2011) 6109-6114.
[61] A. Lee, P. Lundberg, D. Klinger, B.F. Lee, C.J. Hawker, N.A. Lynd, Physiologically relevant, pH-responsive peg-based block and statistical copolymers with N,N-diisopropylamine units, Polym. Chem. 4 (2013) 5735-5742.
[62] U.P. Shinde, H.J. Moon, D.Y. Ko, B.K. Jung, B. Jeong, Control of Rhgh release profile from Peg-Paf thermogel, Biomacromolecules 16 (2015) 1461-1469.
[63] J. Huang, C.L. Hastings, G.P. Duffy, H.M. Kelly, J. Raeburn, D.J. Adams, A. Heise, supramolecular hydrogels with reverse thermal gelation properties from (Oligo)tyrosine containing block copolymers, Biomacromolecules 14 (2013) 200-206.
[64] Y. Cheng, C. He, C. Xiao, J. Ding, X. Zhuang, Y. Huang, X. Chen, Decisive role of hydrophobic side groups of polypeptides in thermosensitive gelation, Biomacromolecules 13 (2012) 2053-2059.
[65] V.S. Reuss, M. Werre, H. Frey, Thermoresponsive copolymers of ethylene oxide and N,N-diethyl glycidyl amine: polyether polyelectrolytes and pegylated gold nanoparticle formation, Macromol. Chem. Phys. 33 (2012) 1556-1561.
[66] V.S. Reuss, B. Obermeier, C. Dingels, H. Frey, N,N-diallylglycidylamine: a key monomer for amino-functional poly(ethylene glycol) architectures, Macromolecules 45 (2012) 4581-4589.
[67] S. Li, J. He, M. Zhang, H. Wang, P. Ni, Multicompartment morphologies selfassembled from fluorinated Abc triblock terpolymers: the effects of flexible and rigid hydrophobic moieties, Polym. Chem. 7 (2016) 1773-1781.
[68] Q. Zhao, P. Ni, Synthesis of well-defined and near narrow-distribution diblock copolymers comprising pmma and pdmaema via oxyanioninitiated polymerization, Polymer 46 (2005) 3141-3148.
[69] H.-c. Wang, M.-z. Zhang, P.-h. Ni, J.-l. He, Y. Hao, Y.-x. Wu, Synthesis of pHresponsive amphiphilic diblock copolymers containing polyisobutylene via oxyanion-initiated polymerization and their multiple self-assembly morphologies, Chin. J. Polym. Sci. 31 (2012) 218-231.
[70] C. Hörenz, C. Pietsch, A.S. Goldmann, C. Barner-Kowollik, F.H. Schacher, Phase inversion membranes from amphiphilic diblock terpolymers, Adv. Mater. Interfaces 2 (2015) (n/a-n/a).
[71] Y. Nagasaki, Y. Sato, M. Kato, A novel synthesis of semitelechelic functional poly(methacrylate)s through an alcoholate initiated polymerization. synthesis of poly[2-(N,N-diethylaminoethyl) methacrylate] macromonomer, Macromol. Rapid Commun. 18 (1997) 827-835.
[72] M. Vamvakaki, N.C. Billingham, S.P. Armes, Synthesis of controlled structure water-soluble diblock copolymers via oxyanionic polymerization, Macromolecules 32 (1999) 2088-2090.
[73] P.-H. Ni, Q.-S. Pan, L.-S. Zha, C.-C. Wang, A. Elaïssari, S.-K. Fu, Syntheses and characterizations of poly[2-(dimethylamino)ethyl methacrylate]-poly(propylene oxide)-poly[2-(dimethylamino)ethyl methacrylate] aba triblock copolymers, J. Polym. Sci. A Pol. Chem. 40 (2002) 624-631.
[74] B.C. Anderson, S.M. Cox, P.D. Bloom, V.V. Sheares, S.K. Mallapragada, Synthesis and characterization of diblock and gel-forming pentablock copolymers of tertiary amine methacrylates, poly(ethylene glycol), and poly(propylene glycol), Macromolecules 36 (2003) 1670-1676.
[75] H. Deng, J. Liu, X. Zhao, Y. Zhang, J. Liu, S. Xu, L. Deng, A. Dong, J. Zhang, Peg-B-Pcl copolymer micelles with the ability of pH -controlled negative-topositive charge reversal for intracellular delivery of doxorubicin, Biomacromolecules 15 (2014) 4281-4292.
[76] T. Yokozawa, Y. Ohta, Transformation of step-growth polymerization into living chain-growth polymerization, Chem. Rev. 116 (2016) 1950-1968.
[77] W.K.C. Park, M. Auer, H. Jaksche, C.-H. Wong, Rapid combinatorial synthesis of aminoglycoside antibiotic mimetics: use of a polyethylene glycol-linked amine and a neamine-derived aldehyde in multiple component condensation as a strategy for the discovery of new inhibitors of the hiv rna rev responsive element, J. Am. Chem. Soc. 118 (1996) 10150-10155.
[78] B.-R. Zhang, Y.-N. Chen, F.-T. Li, Inhibitory effects of poly(adipic acid/amineterminated polyether D230/diethylenetriamine) on colloidal silica formation, Colloid. Surf. A Physicochem. Eng. Asp. 385 (2011) 11-19.
[79] T. Kang, R.J. Amir, A. Khan, K. Ohshimizu, J.N. Hunt, K. Sivanandan, M.I. Montanez, M. Malkoch, M. Ueda, C.J. Hawker, Facile access to internally functionalized dendrimers through efficient and orthogonal click reactions, Chem. Commun. 46 (2010) 1556-1558.
[80] A.E.v.d. Ende, E.J. Kravitz, E. Harth, Approach to formation of multifunctional polyester particles in controlled nanoscopic dimensions, J. Am. Chem. Soc. 130 (2008) 8706-8713.
[81] R.J. Amir, L. Albertazzi, J. Willis, A. Khan, T. Kang, C.J. Hawker, Multifunctional trackable dendritic scaffolds and delivery agents, Angew. Chem. Int. Ed. 50 (2011) 3425-3429.
[82] M. Sasidharan, D. Liu, N. Gunawardhana, M. Yoshio, K. Nakashima, Synthesis, characterization and application for lithium-ion rechargeable batteries of hollow silica nanospheres, J. Mater. Chem. 21 (2011) 13881-13888.
[83] P. Lundberg, N.A. Lynd, Y. Zhang, X. Zeng, D.V. Krogstad, T. Paffen, M. Malkoch, A.M. Nystrom, C.J. Hawker, pH-triggered self-assembly of biocompatible histamine-functionalized triblock copolymers, Soft Matter 9 (2013) 82-89.
[84] C.E. Hoyle, C.N. Bowman, Thiol-ene click chemistry, Angew. Chem. Int. Ed. 49 (2010) 1540-1573.
[85] J.A. Carioscia, J.W. Stansbury, C.N. Bowman, Evaluation and control of thio-l-ene/thiol-epoxy hybrid networks, Polymer 48 (2007) 1526-1532.
[86] X. Jiang, R. Wang, Y. Ren, J. Yin, Responsive polymer nanoparticles formed by poly(ether amine) containing coumarin units and a poly(ethylene oxide) short chain, Langmuir 25 (2009) 9629-9632.
[87] G. Fu, Z. Su, X. Jiang, J. Yin, Photo-crosslinked nanofibers of poly(ether amine) (pea) for the ultrafast separation of dyes through molecular filtration, Polym. Chem. 5 (2014) 2027-2034.
[88] Y. Wen, X. Jiang, G. Yin, J. Yin, Multi-responsive amphiphilic gold nanoparticles (aunps) protected by poly(ether amine) (pea), Chem. Commun. (2009) 6595-6597.
[89] C. Di, X. Jiang, R. Lui, J. Yin, Multistimuli responsive micelles based on welldefined amphiphilic comb poly(ether amine) (acpea), J. Polym. Sci. A Pol. Chem. 48 (2010) 3468-3475.
[90] X. Jia, X. Jiang, R. Liu, J. Yin, Multi-stimuli responsive poly(ether amine) (pea) brush fabricated by "thiol-ene" click chemistry, Polymer 51 (2010) 4511-4517.
[91] C. Di, X. Jiang, R. Wang, J. Yin, Multi-responsive polymer nanoparticles from the amphiphilic poly(dimethylsiloxane) (pdms)-containing poly(ether amine) (pdms-gpea) and its potential application for smart separation, J. Mater. Chem. 21 (2011) 4416-4423.
[92] W. Rui, J. Xuesong, Y. Guilin, Y. Jie, Well-defined multi-stimuli responsive fluorinated graft poly(ether amine)s (fgPEAs), Polymer 52 (2011) 368-375.
[93] S. Deng, H. Xu, X. Jiang, J. Yin, Poly(vinyl alcohol) (Pva)-enhanced hybrid hydrogels of hyperbranched poly(ether amine) (hPEA) for selective adsorption and separation of dyes, Macromolecules 46 (2013) 2399-2406.
[94] Y. Xu, H. Xu, X. Jiang, J. Yin, Versatile Functionalization of the micropatterned hydrogel of hyperbranched poly(ether amine) based on "thiol-yne" chemistry, Adv. Funct. Mater. 24 (2014) 1679-1686.
[95] J. Li, Z. Su, H. Xu, X. Ma, J. Yin, X. Jiang, Supramolecular networks of hyperbranched poly(ether amine) (hPEA) nanogel/chitosan (Cs) for the selective adsorption and separation of guest molecules, Macromolecules 48 (2015) 2022-2029.
[96] P. Zhang, J. Yin, X. Jiang, Hyperbranched poly(ether amine) (hPEA)/poly(vinyl alcohol) (Pva) Interpenetrating network (Ipn) for selective adsorption and separation of guest homologues, Langmuir 30 (2014) 14597-14605.
[97] X. Ye, X. Jiang, B. Yu, J. Yin, P. Vana, Functional Binary micropattern of hyperbranched poly(ether amine) (hPEA-AN) network and poly(ether amine) (pea) brush for recognition of guest molecules, Biomacromolecules 13 (2012) 535-541.
[98] S. Deng, R. Wang, H. Xu, X. Jiang, J. Yin, Hybrid hydrogels of hyperbranched poly(ether amine)s (hPEAs) for selective adsorption of guest molecules and separation of dyes, J. Mater. Chem. 22 (2012) 10055-10061.
[99] R. Wang, X. Jiang, B. Yu, J. Yin, Stimuli-responsive microgels formed by hyperbranched poly(ether amine) decorated with platinum nanoparticles, Soft Matter 7 (2011) 8619-8627.
[100] B. Li, X. Jiang, J. Yin, Multi-responsive microgel of hyperbranched poly(ether amine) (hPEA-mGel) for the selective adsorption and separation of hydrophilic fluorescein dyes, J. Mater. Chem. 22 (2012) 17976-17983.
[101] R. Wang, B. Yu, X. Jiang, J. Yin, Understanding the host-guest interaction between responsive core-crosslinked hybrid nanoparticles of hyperbranched poly(ether amine) and dyes: the selective adsorption and smart separation of dyes in water, Adv. Funct. Mater. 22 (2012) 2606-2616.
[102] B. Yu, X. Jiang, J. Yin, Multiresponsive square hybrid nanosheets of possended hyperbranched poly(ether amine) (hPEA), Macromolecules 45 (2012) 7135-7142.
[103] B. Yu, X. Jiang, J. Yin, Responsive hybrid nanosheets of hyperbranched poly(ether amine) as a 2d-platform for metal nanoparticles, Chem. Commun. 49 (2013) 603-605.
[104] A. Saha, S. De, M.C. Stuparu, A. Khan, Facile and general preparation of multifunctional main-chain cationic polymers through application of robust, efficient, and orthogonal click chemistries, J. Am. Chem. Soc. 134 (2012) 17291-17297.
[105] P.F. Wei, X.Z. Yan, F.H. Huang, Supramolecular polymers constructed by orthogonal self-assembly based on host-guest and metal-ligand interactions, Chem. Soc. Rev. 44 (2015) 815-832.
[106] R. Dong, Y. Zhou, X. Zhu, Supramolecular dendritic polymers: from synthesis to applications, Acc. Chem. Res. 47 (2014) 2006-2016.
[107] X. Zhang, C. Wang, Supramolecular amphiphiles, Chem. Soc. Rev. 40 (2011) 94-101.
[108] R. Dong, L. Zhou, J. Wu, C. Tu, Y. Su, B. Zhu, H. Gu, D. Yan, X. Zhu, A Supramolecular approach to the preparation of charge-tunable dendritic polycations for efficient gene delivery, Chem. Commun. 47 (2011) 5473-5475.
[109] R. Dong, H. Chen, D. Wang, Y. Zhuang, L. Zhu, Y. Su, D. Yan, X. Zhu, Supramolecular fluorescent nanoparticles for targeted cancer imaging, ACS Macro Lett. 1 (2012) 1208-1211.
[110] X. Zhao, Z. Poon, A.C. Engler, D.K. Bonner, P.T. Hammond, Enhanced stability of polymeric micelles based on postfunctionalized poly(ethylene glycol)-b-poly(Г-propargyl l-glutamate): the substituent effect, Biomacromolecules 13 (2012) 1315-1322.
[111] H. Tang, L. Yin, H. Lu, J. Cheng, Water-soluble poly(l-serine)s with elongated and charged side-chains: synthesis, conformations, and cell-penetrating properties, Biomacromolecules 13 (2012) 2609-2615.
[112] B. Zhang, H. Zhang, Y. Li, J.N. Hoskins, S.M. Grayson, Exploring the effect of amphiphilic polymer architecture: synthesis, characterization, and selfassembly of both cyclic and linear poly(ethylene gylcol)-b-polycaprolactone, ACS Macro Lett. 2 (2013) 845-848.
[113] L.-Y. Li, W.-D. He, W.-T. Li, K.-R. Zhang, T.-T. Pan, Z.-L. Ding, B.-Y. Zhang, Thermal and pH -sensitive gold nanoparticles from h -shaped block copolymers of (Pnipam/Pdmaema)-b-Peg-b-(Pnipam/Pdmaema), J. Polym. Sci. A Pol. Chem. 48 (2010) 5018-5029.
[114] R.K. Kainthan, M. Gnanamani, M. Ganguli, T. Ghosh, D.E. Brooks, S. Maiti,
J.N. Kizhakkedathu, Blood compatibility of novel water soluble hyperbranched polyglycerol-based multivalent cationic polymers and their interaction with DNA, Biomaterials 27 (2006) 5377-5390.
[115] L.-A. Tziveleka, A.-M.G. Psarra, D. Tsiourvas, C.M. Paleos, Synthesis and evaluation of functional hyperbranched polyether polyols as prospected gene carriers, Int. J. Pharm. 356 (2008) 314-324.
[116] S. Yu, J. Chen, R. Dong, Y. Su, B. Ji, Y. Zhou, X. Zhu, D. Yan, Enhanced gene transfection efficiency of pdmaema by incorporating hydrophobic hyperbranched polymer cores: effect of degree of branching, Polym. Chem. 3 (2012) 3324-3329.
[117] Y. Bae, K. Kataoka, Intelligent polymeric micelles from functional poly(ethylene glycol)-poly(amino acid) block copolymers, Adv. Drug Deliv. Rev. 61 (2009) 768-784.
[118] F. Zhan, W. Chen, Z. Wang, W. Lu, R. Cheng, C. Deng, F. Meng, H. Liu, Z. Zhong, Acid-activatable prodrug nanogels for efficient intracellular doxorubicin release, Biomacromolecules 12 (2011) 3612-3620.
[119] Y. Jin, L. Song, Y. Su, L. Zhu, Y. Pang, F. Qiu, G. Tong, D. Yan, B. Zhu, X. Zhu, Oxime linkage: a robust tool for the design of ph-sensitive polymeric drug carriers, Biomacromolecules 12 (2011) 3460-3468.
[120] R. Wang, X. Jiang, C. Di, L. Yin, Multistimuli responsive organosilica hybrid nanoparticles based on poly(ether amine), Macromolecules 43 (2010) 10628-10635.
[121] B. Yu, X. Jiang, J. Yin, The interaction between amphiphilic polymer materials and guest molecules: selective adsorption and its related applications, Macromol. Chem. Phys. 215 (2014) 2283-2294.
[122] Y. Zhao, Light-responsive block copolymer micelles, Macromolecules 45 (2012) 3647-3657.
[123] F.D. Jochum, L. zur Borg, P.J. Roth, P. Theato, Thermo- and light-responsive polymers containing photoswitchable azobenzene end groups, Macromolecules 42 (2009) 7854-7862.
[124] Y. Wang, H. Xu, X. Zhang, Tuning the amphiphilicity of building blocks: controlled self-assembly and disassembly for functional supramolecular materials, Adv. Mater. 21 (2009) 2849-2864.
[125] Y. Mai, A. Eisenberg, Selective localization of preformed nanoparticles in morphologically controllable block copolymer aggregates in solution, Acc. Chem. Res. 45 (2012) 1657-1666.
[126] W. Li, S. Liu, R. Deng, J. Zhu, Encapsulation of nanoparticles in block copolymer micellar aggregates by directed supramolecular assembly, Angew. Chem. Int. Ed. 50 (2011) 5865-5868.
[127] B.L. Sanchez-Gaytan, W. Cui, Y. Kim, M.A. Mendez-Polanco, T.V. Duncan, M. Fryd, B.B. Wayland, S.-J. Park, Interfacial assembly of nanoparticles in discrete block-copolymer aggregates, Angew. Chem. Int. Ed. 46 (2007) 9235-9238.
[128] Z. Su, B. Yu, X. Jiang, J. Yin, Hybrid core-shell microspheres from coassembly of anthracene-containing poss (Poss-an) and anthracene-ended hyperbranched poly(ether amine) (hPEA-AN) and their responsive polymeric hollow microspheres, Macromolecules 46 (2013) 3519-3528.
[129] Z. Su, X. Li, X. Jiang, S. Lin, J. Yin, Dynamic control of the location of nanoparticles in hybrid Co-assemblies, Nanoscale 7 (2015) 5262-5269.
[130] B. Yu, X. Jiang, N. Qin, J. Yin, Thiol-ene photocrosslinked hybrid vesicles from co-assembly of poss and poly(ether amine) (pea), Chem. Commun. 47 (2011) 12110-12112.
[131] M. Sasidharan, K. Nakashima, N. Gunawardhana, T. Yokoi, M. Ito, M. Inoue, S.-i. Yusa, M. Yoshio, T. Tatsumi, Periodic organosilica hollow nanospheres as anode materials for lithium ion rechargeable batteries, Nanoscale 3 (2011) 4768-4773.
[132] M. Sasidharan, K. Nakashima, Core-shell-corona polymeric micelles as a versatile template for synthesis of inorganic hollow nanospheres, Acc. Chem. Res. 47 (2014) 157-167.
[133] L. Wang, B. Liu, S. Yu, M. Yao, D. Liu, Y. Hou, T. Cui, G. Zou, B. Sundqvist, H. You, D. Zhang, D. Ma, Highly enhanced luminescence from singlecrystalline C60•1m-xylene nanorods, Chem. Mater 18 (2006) 4190-4194.
[134] M. Sathish, K.i. Miyazawa, J.P. Hill, K. Ariga, Solvent engineering for shapeshifter pure fullerene (C60), J. Am. Chem. Soc. 131 (2009) 6372-6373.
[135] Z. Su, B. Yu, X. Jiang, J. Yin, Responsive fluorescent nanorods from coassembly of fullerene (C-60) and Anthracene-ended hyperbranched poly(ether amine) (AN-hPEA), Macromolecules 46 (2013) 3699-3707.
[136] S. Stankovich, D.A. Dikin, R.D. Piner, K.A. Kohlhaas, A. Kleinhammes, Y. Jia, Y. Wu, S.T. Nguyen, R.S. Ruoff, Synthesis of graphene-based nanosheets via chemical reduction of exfoliated graphite oxide, Carbon 45 (2007) 1558-1565.
[137] X. Han, Q. Kuang, M. Jin, Z. Xie, L. Zheng, Synthesis of titania nanosheets with a high percentage of exposed (001) facets and related photocatalytic properties, J. Am. Chem. Soc. 131 (2009) 3152-3153.
[138] H. Liu, C.-H. Hsu, Z. Lin, W. Shan, J. Wang, J. Jiang, M. Huang, B. Lotz, X. Yu, W.-B. Zhang, K. Yue, S.Z.D. Cheng, Two-dimensional nanocrystals of molecular janus particles, J. Am. Chem. Soc. 136 (2014) 10691-10699.
[139] B. Yu, X. Jiang, J. Yin, Size-tunable nanosheets by the crystallization-driven 2d Self-assembly of hyperbranched poly(ether amine) (hPEA), Macromolecules 47 (2014) 4761-4768.
[140] B. Yu, X. Jiang, J. Yin, Silica/titania sandwich-like mesoporous nanosheets embedded with metal nanoparticles templated by hyperbranched poly(ether amine) (hPEA), Nanoscale 5 (2013) 5489-5498.


Zhilong Su is currently pursuing his PhD degree under Prof. Jie Yin and Prof. Xuesong Jiang in Shanghai Jiao Tong University (SJTU), China. He completed his Bachelor Degree in Chemical Engineering from East China University of Science and Technology (ECUST) in 2010. His main research interest is co-assembly of responsive polymers and inorganic nanoparticles.


Prof. Xuesong Jiang was born in 1977 in China, and earned his Bachelor degree from East China University of Science and Technology (ECUST) in 1999 and Ph.D. Degree from Shanghai Jiao Tong University (SJTU) in 2005, respectively. From 2009 to 2010, he worked as Postdoctoral in Georg-August-Universität Göttingen, supported by the Alexander von Humboldt fellowship. Now, he is a professor in polymer department of Shanghai Jiao Tong University (SJTU). He got some awards such as Hitachi-Chemical Outstanding Researcher of Oversea, and Excellent Young Scientist Foundation of NSFC. His research is focused on the responsive polymers, photo-curable polymers and their applications.


[^0]:    * Corresponding author.

    E-mail address: ponygle@sjtu.edu.cn (X. Jiang).

